Direct Observation of Percolation in the Yielding Transition of Colloidal Glasses

Ghosh, A.; Budrikis, Z.; Chikkadi, V.; Sellerio, A.L.; Zapperi, S.; Schall, P.

DOI
10.1103/PhysRevLett.118.148001

Publication date
2017

Document Version
Other version

Published in
Physical Review Letters

Citation for published version (APA):

General rights
It is not permitted to download or to forward/distribute the text or part of it without the consent of the author(s) and/or copyright holder(s), other than for strictly personal, individual use, unless the work is under an open content license (like Creative Commons).

Disclaimer/Complaints regulations
If you believe that digital publication of certain material infringes any of your rights or (privacy) interests, please let the Library know, stating your reasons. In case of a legitimate complaint, the Library will make the material inaccessible and/or remove it from the website. Please Ask the Library: https://uba.uva.nl/en/contact, or a letter to: Library of the University of Amsterdam, Secretariat, Singel 425, 1012 WP Amsterdam, The Netherlands. You will be contacted as soon as possible.
Supplemental Material for article
”Direct observation of percolation in the yielding transition of colloidal glasses”

Antina Ghosh1,2, Zoe Budrikis3, Vijayakumar Chikkadi1,2, Alessandro L. Sellerio4, Stefano Zapperi3,5,6, Peter Schall1

1Institute of Physics, University of Amsterdam, Science Park 904, 1098 XH Amsterdam, The Netherlands.
2Max Planck Institute for Intelligent Systems, 70569 Stuttgart, Germany.
3ISI Foundation, Via Alassio 11C, Torino, Italy
4Center for Complexity and Biosystems, Department of Physics, University of Milano, via Celoria 16, 20133 Milano, Italy
5Istituto di Chimica della Materia Condensata e di Tecnologie per l’Energia, CNR-Consiglio Nazionale delle Ricerche, Via R. Cozzi 53, Milano 20125, Italy
6Department of Applied Physics, Aalto University, P.O. Box 11100, FIN-00076 Aalto, Espoo, Finland

I. COMPARISON WITH OSCILLATORY ”YIELDING”

Besides the linear strain ramp (constant strain rate) applied in the main manuscript, recent studies, in particular of soft glasses, include oscillatory probing, in which the sample is subjected to oscillatory strain, typically of increasing amplitude. The elastic-to-plastic transition then occurs from the small-amplitude linear to the large-amplitude nonlinear regime. While this transition has been referred to as ”yielding” as well, we stress that this protocol is distinct and probes a different state of the material: the linear strain ramp approaches steady state flow at constant strain rate, while the latter approaches a steady oscillatory state. In material science, the term ”yielding” has been traditionally associated with the material response to a linear strain ramp in the sense we use it, while recent literature on soft glasses has extended this term to the oscillatory probing [2], where it is loosely associated with either the strain at which the storage modulus starts to deviate from its small-strain amplitude value or the point at which the storage and loss moduli cross over, or any point in between. We believe the two shear protocols (linear strain ramp and oscillatory shear) are fundamentally different and thus not straight forward to compare. Most notably, the oscillatory protocol subjects the material to sinusoidal strain of not only increasing amplitude, but also increasing strain-rate amplitude [34]. This different shear protocol may lead to a different yielding scenario, as suggested by recent work, both experiments and simulations: a first-order like scenario under oscillatory shear [7,35-38] and a critical or second-order like scenario at constant strain rate as in our case. Interestingly, strain-ramp experiments conducted at increasing strain rate exhibited a first-order like transition as well [39], suggesting that it is the varying strain rate that leads to a discontinuous transition. While this needs further investigation, one can still try to compare yield strains under both protocols. A possible way to map both protocols has been suggested by Rogers et al. [40], and applied to colloidal glasses by van der Vaart et al. [41]: by regarding each oscillation cycle as consisting of straining and yielding, one can extract yield stresses as a function of strain amplitude in a way similar to continuous straining, see Fig. S1. The hereby extracted yield strain of around 0.08 for a volume fraction of $\phi = 0.61$ close to our value of 0.6 (see Fig. S1b) is close to the crossing point of $G'$ and $G''$, which is between 0.07 and 0.08 for the same volume fraction (see Fig. S1a). These values are indeed consistent with the yield strain of $\sim 0.09$ observed in the present manuscript, showing that the yield strain may correspond to the crossing of $G'$ and $G''$. This crossing is also the point where a sharp first-order-like transition is observed in oscillatory measurements [35]. But we do think that the protocols are fundamentally different, and therefore, this comparison should merely serve as a guideline.

II. INFLUENCE OF STRAIN RATE IN ATOMISTIC SIMULATIONS

In addition to the simulations at strain rate $2 \times 10^8 \text{s}^{-1}$ reported in the manuscript, we also performed atomistic simulations at strain rates two and five times higher. The resultant cluster sizes and correlation length for the different strain rates are quantitatively similar as shown in Fig. S2. Obviously, the strain rate does not change the qualitative behavior, and has only minor quantitative effects on the results. Consequently, we observe a very similar percolation transition in all cases, irrespective of the strain rate.
FIG. S1. Oscillatory rheology of hard-sphere colloidal suspensions. (a) Storage and loss moduli for different volume fractions at frequency $1\, s^{-1}$. (b) Stress as a function of strain amplitude at the upper and lower yield points (see Lissajous curves in the inset, open and closed symbols, respectively) within each oscillation cycle for volume fraction $\varphi = 0.61$ corresponding to the black data in panel (a). In both cases, yielding occurs at strains of around 7-8 $\%$, which is also very similar to the microscopic yield strain of 9% reported in the main manuscript.

FIG. S2. Influence of strain rate in atomistic simulations. (a) Largest and second largest cluster as a function of strain for different strain rates: original strain rate ($\dot{\gamma} = 2 \times 10^8\, s^{-1}$), twice ($4 \times 10^8\, s^{-1}$) and five times higher ($10 \times 10^8\, s^{-1}$). (b) Correlation length as a function of strain for the same strain rates. The qualitative behavior is robust with strain rate changes; only minor quantitative differences are observed.